Influence of Bi-directional Fibreglass Grid Reinforcement on Drying Shrinkage and Mechanical Properties of Lightweight Foamed Concrete

S. B. Wani*

Department of Civil Engineering, B. S. Abdur Rahman Crescent Institute of Science & Technology Chennai, India

1. INTRODUCTION

Lightweight foamed concrete (LFC) is a cellular concrete prepared by combination of foam of desired density in a cement-based slurry. The foam enriches the workability property of slurry due to the thixotropic behaviour of the foam bubbles, allowing it to be easily poured and transported into the desired moulds of any shape. The technical terms used for labelling LFC include reduced self-weight for lower densities [1, 2], which is essential for restoration or to reduce the dead loads on structural elements of buildings, thermal and acoustic insulation [3], partition walls, enhance fire resistance [4], sub-base in highways, insulation of floor and roof screeds, bridge approaches/embankments [5], prefabricated structures and many more.

Choi and Ma [6] engaged LFC to serve in tunnel drainage and it was implemented in a two-lane highway tunnel in South Korea. LFC results in sustainable [7, 8] and economical construction due to use of less labour, easy transportation and low operating costs [2, 6]. In addition to this, the provision of partial replacement of traditional aggregates used in foamed-concrete by fly ash and silica fumes [9, 10] or recycled ingredients like glass and foundry or electric arc furnace slag [11, 12] is possible which can further reduce the cost. In practice, the LFC has found numerous application in the construction field in countries like UK, Turkey, Philippines, Canada, Malaysia, Korea and Thailand [13, 14].

One of the prevalent downsides of LFC is its early age drying shrinkage [15]. The reason being the expulsion of...
water from the capillaries of the concrete mixture [16]. Once the water evaporates, it is impossible to replace it. This problem causes the LFC made elements to shrink and reduce in volume leading to cracking and decreasing overall performance. Kearsley [17] stated that the LFC is noticed to be weak and non-durable due to its characteristic high shrinkage value which can lead to change in dimensions and cracks in the matrix. Besides this, the average percentage of drying shrinkage in LFC is about two to three times greater than conventional concrete. Roslan et al. [18] revealed that the “typical range of drying shrinkage value in LFC is in between 0.1% to 0.35% of the total volume of the hardened concrete matrix”. As reported by Fedorov and Mestnikov [19], the highest values of shrinkage deformations lead to low strength characteristics in LFC. The explanation by Rai and Kumar [20] about “high drying shrinkage of LFC due to the absence of coarse aggregates where the result is up to 10 times greater than has been observed in the normal concrete”. The examination of the shrinkage behaviour of LFC, moisture content and composition are the basic responsible factors as stated by Nambiar and Ramamurthy [21]. Amran et al. [22] stated that drying shrinkage in LFC can be controlled by the type of material used in matrix design, greater cement, water proportion and admixtures. Namsone et al. [23] also justified that the possible shrinkage problem in LFC is caused by carbonation which leads to cracking and its durability loss. Also, the high volume of voids is the prime cause for increased drying shrinkage proportion in LFC. As reported by Zamzani [24], the drying shrinkage of LFC is radically greater in the beginning till 30 days and then continues to grow gradually. The reason being at the early age of the test, the specimens are not fully hardened, and the lowest percentage of drying shrinkage value is achieved at a higher density of LFC.

Since the drying shrinkage of LFC is higher compared to conventional concrete. Either synthetic or natural fibers like alkali-resistant glass, kenaf, steel, oil palm fiber, and polypropylene fiber [25–27] can be used in LFC to reduce the drying shrinkage and improve its mechanical properties. This paper focuses on the confinement of woven fiberglass mesh (FGM) by 1 layer to 3 layers(s) in LFC to study the drying shrinkage behaviour followed by basic mechanical property testing of specimens for validation. Three different densities of LFC were chosen based on the application categorized which were 600kg/m$^3$ for non-structural building material, 1100kg/m$^3$ for semi-structural while 1600kg/m$^3$ for structural building material in real practice.

2. MATERIALS AND MIX DESIGN

There are four basic materials utilized in the production of LFC which were cement, fine aggregate (FA), potable-water, and foam. Besides, 160g/m$^2$ (GSM) of FGM was employed in this research to investigate its functionality to restrict the drying shrinkage and enhance strength aspects of LFC. 53-grade OPC, commercially known by ‘Ultra Tech’ brand, following the specifications of category 1 portland cement in ASTM C150-04 [28] was used. Table 1 includes the basic chemical configuration of used cement and the reference Type 1 cement as specified.

The FA utilized in this research was restricted to less than 1.18mm diameter with a specific gravity of 2.74 and fineness modulus of 1.35. The grading limits was according to ASTM C778-06 [29]. FA is suitable for producing the LFC as the presence of coarse aggregate creates bigger voids, sinks to the bottom of moulds, affects its flowability resulting in an inconsistent mix and thereby affects the LFC properties.

The presence of water is necessary to mix the cement and FA to form the cement slurry which by a chemical reaction will lead to the hardened mortar paste complied with ASTM C1602-C05 [30]. ‘Protein-based foaming agent, NORAITIE PA-1’ was utilized as a foaming agent that was added into the cement slurry to get the desired density. 1kg of the foaming agent was diluted into 30L of water as shown in Figure 1 before supplied to the foam generator as shown in Figure 2.

Furthermore, the FGM as shown in Figure 3 also known as the textile fabric was used as a confinement/reinforcement. This mesh is categorized as synthetic, lightweight, flexible, eco-friendly and alkali-resistant fiber. Table 2 shows the physical properties of 160 g/m$^2$ (GSM) woven FGM and Table 3 displays its composition.

![Figure 1. Foaming agent dilution into the water](image1)

**TABLE 1.** Basic chemical composition of OPC

| Chemical compound (%) | OPC   | Specification limit as per ASTM C150-04 [10] |
|-----------------------|-------|---------------------------------------------|
| SiO$_2$               | 16.00 | Max 20.00                                   |
| Al$_2$O$_3$           | 3.90  | Min 6.0                                     |
| Fe$_2$O$_3$           | 2.90  |                                            |
| MgO                   | 1.50  |                                            |
| SO$_3$                | 3.10  |                                            |
The mix proportioning of the LFC as shown in Table 4 was prepared at three different densities: 600kg/m³, 1100kg/m³ and 1600kg/m³ with the confinement of 1-layer to 3-layers of FGM. 1L-FGM specifies 1-layer, 2L-FGM for 2-layer and 3L-FGM for 3-layers of FGM. The water to cement proportion was fixed to 0.45 as suggested by Talaei et al. [31] and Kearsley and Visagie [32]. Also, the cement to FA ratio was fixed to 1:1.5.

3. EXPERIMENTAL PROGRAMME

The drying shrinkage test was conducted by using a Mitutoyo brand digital indicator (accuracy up to ±0.001 mm) with a 298mm reference bar. The test was performed according to ASTM C157/C157M [33] where three prism-shaped ‘75mmx75mmx285mm’ specimens with mesh confinement about the longitudinal lateral surface were installed with a pair of steel screw and cap nut. After demolding, LFC specimens were placed in the length comparator; a setup is shown in Figure 4(a) and rotated anti-clockwise to get the data. The readings were taken and recorded. Then, the steps were repeated for the next age of testing, which was on day 1, 3, 7, 14, 21, 28, and 56.

The strength tests were conducted on 324 specimens, 3 specimens in each category for each test. The different categories were: control, 1L-FGM, 2L-FGM and 3L-FGM. The cast specimens were put to test at 7days, 28days and 56days. In compression strength test, cube dimension of 100mm side following BS EN 12390-3:2009 [34] was used. The flexural strength was conducted on ‘100mmx100mmx500mm’ beam specimens following BS ISO 1920-8:2009 [35] and

![Figure 2. Foam generator](image2)

![Figure 3. 160 GSM woven FGM](image3)

### TABLE 2. Physical properties of FGM

| Properties                  | 160 GSM woven fiberglass mesh |
|-----------------------------|-------------------------------|
| Mesh size                   | 4.0mm x 5.0mm                 |
| Colour                      | White                         |
| Coating type                | Alkali resistance             |
| Mass (g/m²)                 | 160±5                         |
| Ignition point              | 759.2°F/404°C                 |
| Melting point               | 320.0°F/160°C                 |
| Tensile strength (MPa)      | 1407                          |
| Elongation at break (%)     | 3.07%                         |
| Compliance                  | ASTM C1116-02                 |

### TABLE 3. Composition of FGM

| Oxide components (AR-glass) | Percentage by weight (%) |
|-----------------------------|--------------------------|
| SiO₂                        | 65.4                     |
| ZrO₂                        | 17.3                     |
| TiO₂                        | 1.2                      |
| Al₂O₃                       | 1.6                      |
| Fe₂O₃                       | 1.7                      |
| CaO                         | 7.2                      |
| MgO                         | 0.7                      |
| Na₂O                        | 0.6                      |
| K₂O                         | 0.4                      |
| B₂O₃                        | 2.2                      |
| Li₂O                        | 0.3                      |
| F₂                          | 0.5                      |
| Others                      | 0.9                      |

### TABLE 4. Mix design of LFC confined with FGM

| Sample | Mix density (kg/m³) | Cement/Sand Water/Cement | Mix proportion (kg/m³) |
|--------|---------------------|---------------------------|------------------------|
|        |                     | Cement/Sand              | Water/Cement           | Cement | Sand | Water |
| Control| 600                 | 1:1.5 0.45               | 230.24 345.36 103.61   |
|        | 1100                | 1:1.5 0.45               | 410.79 616.18 184.86   |
|        | 1600                | 1:1.5 0.45               | 591.34 887.01 266.10   |
| 1L-FGM | 600                 | 1:1.5 0.45               | 230.24 345.36 103.61   |
|        | 1100                | 1:1.5 0.45               | 410.79 616.18 184.86   |
|        | 1600                | 1:1.5 0.45               | 591.34 887.01 266.10   |
| 2L-FGM | 600                 | 1:1.5 0.45               | 230.24 345.36 103.61   |
|        | 1100                | 1:1.5 0.45               | 410.79 616.18 184.86   |
|        | 1600                | 1:1.5 0.45               | 591.34 887.01 266.10   |
| 3L-FGM | 600                 | 1:1.5 0.45               | 230.24 345.36 103.61   |
|        | 1100                | 1:1.5 0.45               | 410.79 616.18 184.86   |
|        | 1600                | 1:1.5 0.45               | 591.34 887.01 266.10   |
lastly, split tensile test was conducted on ‘100mm diameter and 200mm height’ cylindrical specimens considering ASTM C496/C496M-04e1 [36]. The specimens in compressive strength test and split tensile test were confined along the lateral surface and in the flexural test, the mesh was spread in the longitudinal direction at the center of the height of the specimen. Figure 4(b) shows the FGM placement in specimens.

3. RESULTS AND DISCUSSION

3.1. Drying Shrinkage Figures 5, 6, and 7 depict the graphical development of drying shrinkage results for LFC confined with 160 g/m² (GSM) woven FGM. The test results revealed that the control specimens have the uppermost shrinkage strain when compared to the confined LFC specimens for the three respective densities. The drying shrinkage was in indirect relation with LFC density and the layer(s) of FGM. At 600kg/m³ density of LFC confined with 1-layer FGM, the drying shrinkage was restricted by 48%, while for LFC density of 1100kg/m³ and 1600 kg/m³ by 57% and 43% compared to the unconfined specimen at 56days. When the number of layer(s) of FGM was increased by 2-layers and 3-layers, the drying shrinkage behaviour also decreased by 52% to 77% than the unconfined specimens.

At the early stage of the test, all the specimens show inconsistent drying shrinkage measurement as the specimens were not fully hardened. However, on day-30 and above the graph shows only a slight increment in drying shrinkage for the confined LFC while the control specimen shows a noticeable increase. Besides, Karim et al. [37] also clarified that the rapid “increase of drying shrinkage at the early age is due to the rapid loss of moisture from the surface of the specimen while for the later ages, the rate of increase of drying shrinkage is reduced with time depending on the moisture movement of concrete”.

The FGM not only prevents the water diffusion from the cement matrix, but it also avoids the loss of existing water in LFC. This also has been proved by Falliano et al. [38] stating that the “unreinforced specimens exhibit a shrinkage that decreases with increasing dry density”. Namsone et al. [23, 39] also concluded that the addition of fiber can reduce the risk of shrinkage and stabilize the fresh mix.
3.2. Compressive Strength  

The compressive strength test (CT) results of LFC specimens of density 600kg/m$^3$, 1100kg/m$^3$ and 1600kg/m$^3$ respectively are displayed in Figures (8,9 and 10) indicating the test outcomes at 7 days, 28 days and 56 days. It was found that the compressive strength in all cases increases with age and is in direct correlation with LFC density and layer(s) of confinement in the specimens as supported by the literature [40]. The 56th day compressive strength of LFC specimens confined with 1L-FGM,2L-FGM and 3L-FGM at 600kg/m$^3$ density was +58.94%, +137.89% and +168.42% respectively greater than unconfined/control specimens. Similarly, the 56th day compressive strength of 1100kg/m$^3$ and 1600kg/m$^3$ LFC specimens was found in a range of +38.42% to +94.65% greater than unconfined specimens.

3.3. Flexural Strength  

Figures 11, 12 and 13 present the results of the flexural strength test (FST) at 7 days, 28 days and 56 days. The test results showed a direct correlation between LFC density and the layer(s) of confinement of FGM. Thus flexural strength in LFC can be improved by an appreciable proportion of flexural members of a structure as supported by findings of Musa et al. [41]. The 56th day flexural strength of LFC specimens reinforced with 1L-FGM,2L-FGM and 3L-FGM at 600kg/m$^3$ was +103.70%, +151.85% and +385.18% respectively greater than control specimens. Similarly, for 1100kg/m$^3$ and 1600kg/m$^3$ density LFC specimens, the respective increment in flexural strength after 56 days was in a range of +119.54% to +256.32% greater than control specimens.
3.4. Split Tensile Strength  
Figures 14, 15 and 16 present the results of the split tensile strength (STS) test at 7days, 28days and 56days. The 3L-FGM performed outstandingly followed by 2L-FGM and 1L-FGM confinement in all the foam densities. The test results were approved by the finding of [42, 43]. The 56th day split tensile strength test of LFC specimens confined with 1L-FGM, 2L-FGM and 3L-FGM at 600kg/m$^3$ was +157.14%, +242.85% and +471.42% respectively greater than unconfined specimens. Similarly, for 1100kg/m$^3$ and 1600kg/m$^3$ density LFC specimens, the corresponding increment in split tensile strength after 56days was in a range of +98.63% to +354.16% greater than unconfined specimens. It was noticed that the appearance of crack was vertical and progress was slow and linear. The failure load of the specimens created a wide crack departing the specimen longitudinally.
After testing the mechanical properties of specimens, the common failure pattern observed in all cases was either by debonding or splitting of fibers of the mesh. Figure 17 shows the scanning electron microscope(SEM) images indicating the typical failure of the specimens.

4. CONCLUSIONS

This paper presents the shrinkage behaviour of lightweight foamed concrete (LFC) confined with a different number of layer(s) of woven fiberglass mesh (FGM). Furthermore, to evaluate the strength aspects of LFC specimens, compressive strength, flexural strength and tensile strength tests were conducted. The variables in the study include control specimens, 1 layered, 2 layerd, 3 layered FGM specimens with foam density of 600 kg/m³, 1100 kg/m³ and 1600 kg/m³. Thus, based on the interpretation of the data obtained, few conclusions were observed as follows:

1. The higher drying shrinkage was obtained at the low density of LFC and vice versa, which was correlated to the volume of foam added. The utilization of FGM significantly reduces the drying shrinkage issue in LFC.

2. At 600 kg/m³ density of LFC confined with 1-layer FGM, the drying shrinkage was restricted by 48%, while for LFC density of 1100 kg/m³ and 1600 kg/m³ by 57% and 43% compared to the unconfined specimen at 56th day. When the number of layer(s) of FGM was increased by 2-layers and 3-layers, the drying shrinkage behaviour also decreased by 52% to 77% than the unconfined/control specimens.

3. The early age drying shrinkage results showed inconsistency and on 30th day and after the confined LFC specimens showed a low-rate of drying shrinkage increment while unconfined LFC specimens showed a noticeable high-rate of drying shrinkage growth for the respective densities.

4. Even though many factors can influence the drying shrinkage behaviour in LFC as reported in the previous investigations. However, it can be suggested that the major influences to the drying shrinkage behaviour are: (1) the density of LFC and (2) the number of layer(s) of FGM confinement. Thus, at density 1600 kg/m³ LFC confined with 3-layers FGM conquers the good performance of drying shrinkage while the poor performance was shown by the unconfined LFC at density 600 kg/m³.

5. The testing of mechanical properties like compressive strength, flexural strength and split tensile strength of LFC showed a direct correlation of strength with age, confinement layer(s) and foam density. The type of failure of specimens in all cases was either by debonding or by splitting of fibers.

5. REFERENCES

1. Yang, K. H., Lee, K. H., Song, J. K., and Gong, M. H., "Properties and sustainability of alkali-activated slag foamed concrete", *Journal of Cleaner Production*, Vol. 68, (2014), 226–233. doi:10.1016/j.jclepro.2013.12.068

2. Wei, S., Yiqiang, C., Yunsheng, Z., and Jones, M. R., "Characterization and simulation of microstructure and thermal properties of foamed concrete", *Construction and Building Materials*, Vol. 47, (2013), 1278–1291. doi:10.1016/j.conbuildmat.2013.06.027

3. Kim, H. K., Jeon, J. H., and Lee, H. K., "Workability, and mechanical, acoustic and thermal properties of lightweight aggregate concrete with a high volume of entrained air", *Construction and Building Materials*, Vol. 29, (2012), 193–200. doi:10.1016/j.conbuildmat.2011.08.067

4. Vilches, J., Ramezani, M., and Neitzert, T., "Experimental investigation of the fire resistance of ultra-lightweight foam concrete", *International Journal of Advanced Engineering Applications*, Vol. 1, No. 4, (2012), 15–22

5. Zhang, Z., Provis, J. L., Reid, A., and Wang, H., "Mechanical, thermal insulation, thermal resistance and acoustic absorption properties of geopolymer foam concrete", *Cement and Concrete Composites*, Vol. 62, (2015), 97–105. doi:10.1016/j.cemconcomp.2015.03.013

6. Choi, H., and Ma, S., "An optimal lightweight foamed mortar mix suitable for tunnel drainage carried out using the composite lining method", *Tunnelling and Underground Space Technology*, Vol. 47, (2015), 93–105. doi:10.1016/j.tust.2014.12.002

7. Siram, K. K. B., and Raj, K. A., "Concrete+ Green= Foam Concrete", *International Journal of Civil Engineering and Technology*, Vol. 4, No. 4, (2013), 179–184

8. Moon, A. S., and Varghese, V., "Sustainable construction with foam concrete as a green building material", *International Journal of Modern Trends in Engineering and Research*, Vol. 2, No. 2, (2014), 13–16

9. Durack, J. M., and Weiqing, L., "The properties of foamed air cured fly ash based concrete for masonry production", Proceedings of the Fifth Australasian Masonry Conference, (1998), 129–138.

10. Ramamurthy, K., Kunhanandan Nambiar, E. K., and Indu Siva Ranjani, G., "A classification of studies on properties of foam concrete", *Cement and Concrete Composites*, Vol. 31, No. 6, (2009), 388–396. doi:10.1016/j.cemconcomp.2009.04.006

11. Jones, M. R., Mccarthy, A., and Dhir, R. K., Recycled and Secondary Aggregates in Foamed Concrete, (2005). The Waste & Resources Action Programme.

12. De Domenico, D., Faleschini, F., Pollegro, C., and Ricciardi, G., "Structural behavior of RC beams containing EAF slag as recycled aggregate: Numerical versus experimental results", *Construction and Building Materials*, Vol. 171, (2018), 321–337. doi:10.1016/j.conbuildmat.2018.03.128
13. Weighler, H., and Karl, S., “Structural lightweight aggregate concrete with reduced density- lightweight aggregate foamed concrete”, *International Journal of Cement Composites and Lightweight Concrete*, Vol. 2, No. 2, (1980), 101–104. doi:10.1016/0262-5075(80)90029-9

14. Favaretto, P., Hidalgo, G., Sampaio, C., Silva, R., and Lermén, R., “Characterization and Use of Construction and Demolition Waste from South of Brazil in the Production of Foamed Concrete Blocks”, *Applied Sciences*, Vol. 7, No. 10, (2017), 1090. doi:10.3390/app7101090

15. McGovern, G., “Manufacture and supply of ready-mix foamed concrete”, One-Day Awareness Seminar on Foamed Concrete: Properties, Applications and Potential, (2000), 12–22.

16. Al-Haidary, M. H. M. H., “Shrinkage in Lightweight Foam Concrete, Universiti Sains Malaysia”, (2010).

17. Kearsley, E. P., "Just Foamed Concrete - An Overview", Specialist Techniques and Materials for Concrete Construction, (1999), 227–237. Thomas Telford Publishing. doi:10.1680/stamfc.28258.0022

18. Roslan, A. F., Awang, H., and Mydin, M. A. O., "Effects of various additives on drying shrinkage, compressive and flexural strength of lightweight foamed concrete (LFC)", *Advanced Materials Research*, Vol. 626, (2013), 594–604, Trans Tech Publications Ltd. doi:10.4028/www.scientific.net/AMR.626.594

19. Fedorov, V., and Mestnikov, A., “Influence of cellulose fibers on structure and properties of fiber reinforced foam concrete”, MATEC Web of Conferences, Vol. 143, (2018), 02008. doi:10.1051/matecconf/201814302008

20. Rai, A., and Kamar, M., “Experimental study on compressive and split tensile strength of foamed concrete using stone dust”, *International Journal of Research Engineering and Technology*, Vol. 4, No. 5, (2017), 1377–1382

21. Namibiar, E. K. K., and Ramamurthy, K., “Shrinkage Behavior of Foam Concrete”, *Journal of Materials in Civil Engineering*, Vol. 21, No. 11, (2009), 631–636. doi:10.1061/(asce)0899-1561(2009)21:11(631)

22. Amran, Y. H. M., Farzadnia, N., and Ali, A. A. A., (, December 30)“Properties and applications of foamed concrete: A review”, *Construction and Building Materials*, Vol. 101, (2015), 990–1005. doi:10.1016/j.conbuildmat.2015.10.112

23. Namsone, E., Korjakins, A., Sahmenko, G., and Sinka, M., “The environmental impacts of foamed concrete production and exploitation”, *IOP Conference Series: Materials Science and Engineering*, Vol. 251, No. 1, (2017), 012029. doi:10.1088/1757-899X/251/1/012029

24. Zamzani, N., “Characterization Of Durability And Mechanical Properties Of ‘Cocos Nucifera Linn’Fibre (Cnf) Reinforced Foamcrete And Its Performance At Elevated Temperatures, Doctoral dissertation, Universiti Sains Malaysia”, (2019).

25. Akil, H. M., Omar, M. F., Maruki, A. M., Safiee, S., Ishak, Z. A. M., and Abu Bakar, A., (, September 1)“KenaF fiber reinforced composites: A review”, *Materials and Design*, Vol. 32, Nos. 8–9, (2011), 4017–4021. doi:10.1016/j.matdes.2011.04.008

26. Bing, C., Zhen, W., and Ning, L., “Experimental Research on Properties of High-Strength Foamed Concrete”, *Journal of Materials in Civil Engineering*, Vol. 24, No. 1, (2012), 113–118. doi:10.1061/(asce)1943-5533.0000353

27. Panesar, D. K., “Cellular concrete properties and the effect of synthetic and protein foam agents”, *Construction and Building Materials*, Vol. 44, (2013), 575–584. doi:10.1016/j.conbuildmat.2013.03.024

28. ASTM C150-04. Standard Specification for Portland Cement C150-04. Annual Book of ASTM Standards, 04(02), (2009), 1–8.

29. ASTM C778-06. Standard Specification for Standard Sand C778-06. Annual Book of ASTM Standards, (2006).

30. ASTM C1602-C05. Standard Specification for Mixing Water Used in Production of Hydraulic Cement Concrete C1602. Annual Book of ASTM Standards, (2006).

31. Talaei, S., Jafari, M., Tarfan, S., and Hashemlou, H., “The effect of ratio of aggregate to cement paste volume on structural lightweight concrete strength, viscosity, density and cost”, *Research Journal of Environmental and Earth Sciences*, Vol. 6, No. 9, (2014), 443–450

32. Kearsley, E. P., and Visagie, M., “Micro-properties of Foamed Concrete”, In RK Drif, NA Handerson (Eds.), Proceedings of Congress on Creating with Concrete (Conference on Specialist Technology and Materials for Concrete Construction), (1999), 173–184

33. ASTM C157/C157M. Standard Test Method for Length Change of Hardened Hydraulic-Cement Mortar and Concrete. Annual Book of ASTM Standards, C, (2005), 1–10.

34. BSI. BS EN 12390-3: 2009: Testing hardened concrete. Compressive Strength of Test Specimens, (2009).

35. The International Organization of Standardization, ISO 1920-8:2009 Testing of Concrete -Part 8: Determination of drying shrinkage of concrete for samples prepared in the field or in the laboratory, (2009).

36. ASTM C496/C496M-04e1 Standard Test Method for Splitting Tensile Strength of Cylindrical Concrete Specimens. Annual book of ASTM standards, (2008).

37. Karim, H., Khalid, H., and Sahii, S., “Behavior of Light Weight Concrete Using Polymer Materials”, The 2nd International Conference of Buildings, Construction and Environmental Engineering (BCEE2-2015), (2015), 79–84, 79–84

38. Falliano, D., De Domenico, D., Ricciardi, G., and Gugliandolo, E., “Compressive and flexural strength of fiber-reinforced foamed concrete: Effect of fiber content, curing conditions and dry density”, *Construction and Building Materials*, Vol. 198, (2019), 479–493. doi:10.1016/j.conbuildmat.2018.11.197

39. Namsone, E., Sahmenko, G., and Korjakins, A., “Durability Properties of High Performance Foamed Concrete”, *Procedia Engineering*, Vol. 172, No. 172, (2017), 760–767. doi:10.1016/j.proeng.2017.02.120

40. Momoh, E. O., and Osofero, A. I., (, February 1)“Recent developments in the application of oil palm fibers in cement composites”, *Frontiers of Structural and Civil Engineering*, Vol. 14, No. 1, (2020), 94–108, Higher Education Press, 94–108. doi:10.1007/s11709-019-0576-9

41. Musa, M., Othuman Mydin, A., and Abdul Ghani, A. N., “Optimization of mechanical properties in foamcrete reinforced with raw oil palm empty fruit bunch (EFB) fiber”, *MATEC Web of Conferences*, Vol. 250, (2018), 05004. doi:10.1051/matecconf/201825005004

42. Serudin, A. M., Azree, M., Mydin, O., Naser, A., and Ghani, A., “Significance of Woven Fiberglass Mesh addition to Lightweight Foamed Concrete on its Flexural and Tensile Strengths”, *Journal of Xi’an University of Architecture & Technology*, Vol. XII, No. IV, (2020), 1566–1571

43. Falliano, D., De Domenico, D., Ricciardi, G., and Gugliandolo, E., “Improving the flexural capacity of extrudable foamed concrete with glass-fiber bi-directional grid reinforcement: An experimental study”, *Composite Structures*, Vol. 209, (2019), 45–59. doi:10.1016/j.compstruct.2018.10.092
چکیده
این کار آزمایشی در مورد مطالعه جمع‌ندگی خشک شدن و به دنبال آزمایش مقاومت نمونه‌های بتن سبک کف (LFC) با محصور شدن شبکه فایبرگلاس باقی‌مانده شده در سه تراکم مختلف است. نمونه‌های LFC با نمونه‌هایی مکعبی به ترتیب 28، 56 و 160 ساعت حرارتی در محیط 40 درجه سانتی‌گراد قرار گرفتند. نمونه‌هایی با قطر 100 میلی‌متر و ارتفاع 300 میلی‌متر با توجه به مشخصات ASTM C496 / C496M-04e1 از نظر مقاومت کششی تفییض

به منظور شکست مشاهده شده در همه نمونه‌ها با توجه به تفییض الگوی FGM گزارش نمود. بنابراین، LFC با تراکم 1600 کیلوگرم در متر مکعب با LFC 400 کیلوگرم در متر مکعب نمی‌تواند عملکرد خوبی را در خواص انقباض و مقاومت خشک کردن تجربه کند. بنابراین، LFC 300 کیلوگرم در متر مکعب نمی‌تواند عملکرد خوبی را در خواص انقباض و مقاومت خشک کردن تجربه کند.